Influence of Erosion/Abrasion and the Dentifrice Abrasiveness Concomitant with Bleaching Procedures

Priscila Christiane Suzy Liporoni 1,2
Wan Zaripah Wan Bakar 3
Rayssa Ferreira Zanatta 1
Glaucia Maria Ambrosano 4
Flávio Henrique Baggio Aguiar 5
Bennett T Amaechi 2

1Department of Restorative Dentistry, University of Taubaté, Taubaté, SP, Brazil; 2Department of Comprehensive Dentistry, University of Texas Health Science Center at San Antonio, San Antonio, TX, USA; 3School of Dental Sciences, Universiti Sains Malaysia Health Campus, 16150 Kubang Kerian, Kelantan, Malaysia; 4Department of Community Dentistry, Piracicaba Dental School, University of Campinas, Piracicaba, SP, Brazil; 5Department of Restorative Dentistry, Piracicaba Dental School, University of Campinas, Piracicaba, SP, Brazil

Purpose: The aim of this study was to evaluate the effect of erosive/abrasive cycles and two different levels of abrasiveness of dentifrices over enamel and dentin subjected to bleaching.

Methods: Enamel and dentin bovine specimens were prepared and submitted to an at-home bleaching treatment using 9.5% hydrogen peroxide gel, which was applied daily (30 min/14 days). Concomitant with bleaching, an erosive cycle was performed using citric acid (0.3%, pH 3.8, 5 mins, 3×/day), followed by immersions in artificial saliva for remineralization (30 mins). Abrasion was done with two (high and low abrasiveness) dentifrices (2×/day, 120 seconds) after the first and third erosive immersion each day. Enamel and dentin softening were assessed by microhardness and erosive tooth wear by optical profilometry. Data were submitted to repeated measures ANOVA, followed by the Tukey’s test with a significance level of 5%.

Results: For the enamel and considering the erosive-abrasive cycle, significant differences were found between the groups tested, the bleaching, and the abrasiveness of the dentifrice tested; however, the final microhardness values were significantly lower than the initial ones. For dentin, differences were found between the eroded/abrasion and the non-eroded/abrasion groups, with the former presenting lower microhardness values compared with the latter. In addition, bleaching decreased the microhardness values only for the highly abrasive dentifrice, and the final values were lower than for the initial ones for all tested groups.

Conclusion: The use of high and low abrasiveness dentifrices during bleaching and concomitant with erosion/abrasion cycles is more harmful to dentin than to enamel.

Clinical Relevance: Although bleaching is considered a conservative treatment, it can cause deleterious effects to dental hard tissue. The association of an at-home bleaching technique with erosion and high- or low-abrasive dentifrices harms dentin more than enamel.

Keywords: bleaching, enamel, dentin, erosion, wear

Introduction

Bleaching is an effective noninvasive procedure for patients wishing to whiten their teeth1,2. With the at-home technique, the patient applies a gel for a few days, but during the treatment the bleached enamel may be submitted to erosive cycles. Erosion is a multifactorial process derived from the close contact between tooth structures and acids from diet (extrinsic) or from gastroesophageal disorders (intrinsic) in the absence of biofilm.3 Erosion first leads to a reduction in enamel and dentin microhardness, softening the surface, followed by tooth wear with continued contact with the acid.2 In recent decades, changes in nutritional
parameters associated with behavioral and environmental habits have increased the prevalence of erosive lesions in enamel and dentin.3

Bleaching gels can be slightly erosive causing chemical and morphological alterations such as increased surface roughness and reduced microhardness,4–8 although reports have been controversial.9–11 The association of hydrogen peroxide with calcium has been reported to reduce enamel mineral alterations when bleaching and erosion are combined.12–16

During the bleaching treatment, the patients should maintain their oral hygiene, in which dentifrices play an important role. Their use, together with a toothbrush, may increase or decrease enamel and dentin wear.6 Enamel and dentin have been reported to be more susceptible to wear with the use of highly abrasive dentifrices,17 but clinical evidence is still scarce. Recent studies have shown that whitening dentifrices might induce greater enamel wear,18–20 but for dentin little is known. The association of dentifrice abrasiveness with erosive wear and bleaching has been a controversial topic.5,21

Therefore, the aim of this study was to evaluate the effect of erosive/abrasive cycles and two different levels of dentifrice abrasiveness over enamel and dentin subjected to bleaching. The null hypotheses tested were as follows: a) erosive/abrasive cycle models do not change microhardness and surface loss of bleached enamel and dentin; b) different abrasiveness of dentifrices does not change microhardness and surface loss of bleached enamel and dentin.

Materials and Methods

Experimental Design

This experimental in vitro study was conducted with extracted human molars after the approval of the local ethics committee (UTHSCSA - protocol number HSC20080233N) and performed in accordance with the principles of the Declaration of Helsinki, and all the patients signed a consent form for enrollment in the study. Teeth with caries, hypomineralization, or incomplete root formation were not included in the study.

The three experimental factors in the study design were the presence and absence of bleaching gel; the presence and absence of erosive challenge; and the use of high- and low-abrasive dentifrice for abrasion. The experiments were conducted separately on enamel and dentin.

Specimen Preparation

Enamel blocks with dimensions of 3 mm × 3 mm × 2 mm (height × width × depth) were obtained from the buccal and lingual surfaces using a water-cooled diamond precision saw (Isomet, Buehler). Dentin specimens with the same dimensions were obtained from the root. The blocks were separately embedded in acrylic resin (SR Triplex Cold Acrylic Resin, Ivoclar Vivadent AG) using a silicone mold with dimensions of 5 mm × 5 mm × 5 mm, leaving the enamel or the dentin surface exposed.

The enamel and dentin specimens were polished flat using plain back diamond lapping film (grits 30 μm, 15 μm and 1 μm) in a MultiPrep™ Precision Polishing machine (Allied High Tech, CA, USA). At the end of the polishing procedures, the specimens were sonicated with distilled water for 3 min. Following this, two coats of an acid-resistant nail varnish were applied on the polished enamel and dentin surfaces of each block, leaving a central area of 1 × 3 mm exposed.

Initial Microhardness

Initial microhardness (SMHi) was measured on each test block surface by using a Vickers diamond indenter (HMV-2T Micro-Hardness tester, Shimadzu Scientific Instruments, Columbia, MD, USA), with a load of 0.25 N applied for 15 s. Three indentations were made at each surface at a distance of 100 μm from each other, and the latter was averaged to define the SMHi value for each test block. Additionally, these specimens were analyzed with an optical profilometer (Scantron Proscan 2000 V2, Taunton, England) to identify those with surface curvature below 0.3 μm, which were included in the study.

Group Division

After initial SMH measurements, the enamel and dentin specimens were divided into 8 groups (n=12) for each substrate according to the bleaching protocol (with and without), the erosive protocol (with and without), and the abrasive protocol (low and high abrasiveness). Sample size calculation was done based on data from a pilot study.

Bleaching Treatment and Erosive Protocol

Bleaching was performed on enamel and dentin according to the groups receiving this treatment. Each enamel and dentin specimen received a thin layer (20 μL) of a 9.5% hydrogen peroxide bleaching gel with neutral pH (Pola Day, SDI, Southern Dental Industries, Bayswater, Australia) for 14 days. The gel was placed for 30 min each day over the
specimens, according to the manufacturer instructions, and then washed with deionized water and dried with absorbent paper. Between each gel application, the specimens were kept in artificial saliva for remineralization. The composition of the artificial saliva used was: MgCl\(_2\)\(_{6}\)H\(_2\)O (0.148 mmol/L), K\(_2\)HPO\(_4\) (4.59 mmol/L), KH\(_2\)PO\(_4\) (2.38 mmol/L), KCl (8.39 mmol/L), calcium lactate (1.76 mmol/L), fluoride (0.05 ppm), sodium carboxymethylcellulose (2.25 mmol/L), and methyl-4-hydroxybenzoate (13.14 mmol/L), with the pH adjusted to 7.2 with KOH.\(^\text{19}\)

The model adopted for the specimens from the groups submitted to erosion-abrasion consisted of three daily immersions in citric acid (0.3%, pH 3.8) for 5 mins without agitation, followed by washing in deionized water and immersions in artificial saliva for 60 min for remineralization. Specimens were placed individually in a standard volume (10 mL) of acid and saliva. For groups without erosion, distilled water was used.

The abrasion was performed using either a low abrasive dentifrice (RDA < 70, Colgate Cavity Protection Regular\(^\text{TM}\), Colgate-Palmolive Colgate, New Jersey, USA), or a high-abrasive dentifrice (RDA between 120–130, Colgate Advanced Whitening; Colgate-Palmolive Colgate, New Jersey, USA) from which a slurry was prepared (dentifrice: saliva - 1:3 weight ratio). The same standard toothbrush (Oral B indicator soft, Procter & Gamble, USA) was used for all the groups, and abrasion was performed 2×/day (15 s of brushing – 2 N load, followed by 105 s without brushing)\(^\text{22}\) using a toothbrushing machine (Sabri Dental Enterprises, Downers Grove, IL, USA). The erosive/abrasive cycle was performed for 14 days. It consisted of 3 immersions in the acid and 2 abrasions, with immersions in artificial saliva for remineralization between them. Overnight the specimens were also kept immersed in the artificial saliva at room temperature (21ºC). Figure 1 shows the erosive/abrasive cycle used.

**Final Microhardness**

After the 14 days of bleaching treatment and erosive-abrasive cycles, the final microhardness (SMHf) was measured following the same protocol previously described. For dentin specimens, the measurements were made with the specimen moist, immediately after removing it from the artificial saliva and using absorbent paper to remove excess moisture.

**Optical Profilometry Analysis**

The enamel and dentin surface loss after the erosive/abrasive model was measured by optical profilometry.

---

**Figure 1** Schematic of the erosive/abrasive protocol used.
(Scantron Proscan 2000 V2, Taunton, England). For that, the varnish was removed with acetone, and an area of 2 mm in length and 1 mm in width was scanned, including the treated surface and the untreated one. The resolutions used for the readings were 0.01 µm at the x-axis and 0.05 µm at the y-axis. The images were analyzed by using dedicated software (Scantron Proscan 2000 V2.1.1.15D+, Taunton, England), and the surface loss calculated by subtracting the mean height from the reference area and the treated one; the final value was expressed in µm.

Statistical Analysis
The enamel and dentin substrates were separately analyzed. Data from surface loss and microhardness were nonparametric, so they were transformed to log₁₀ to satisfy the assumptions of the ANOVA. Microhardness data were then submitted to repeated measures ANOVA followed by the Tukey’s test, and the surface loss was submitted to 2-way ANOVA followed by the Tukey’s test (α=0.05).

Results
Microhardness
For the enamel, no significant differences were found among the groups tested, considering the erosive-abrasive cycle, the bleaching, and the abrasiveness of the dentifrice tested. However, the final microhardness values were significantly lower than the initial ones (Table 1).

For dentin, differences were found between the eroded and the non-eroded groups, with the eroded dentin having lower microhardness values. In addition, bleaching was associated with a decrease in microhardness values only for the highly abrasive dentifrice, and the final values were lower than the initial ones for all the groups tested (Table 2).

Surface Loss
Significant differences were found in enamel surface loss among the factors studied (p<0.05). The highly abrasive dentifrice resulted in higher mineral loss, regardless of the group tested, and the groups submitted to the erosive/abrasive cycle model also had higher mineral loss. However, bleaching alone did not increase surface loss. For dentin, all three factors promoted significant differences, with higher abrasive dentifrices, the presence of the erosive/abrasive cycle, and bleaching being associated with higher surface loss (Table 3).

SEM images were obtained from one specimen of each group for qualitative analysis. Figure 2 shows examples of enamel samples submitted to bleaching with and without erosion, showing that bleaching and the use of high- or low-abrasive dentifrice were not harmful. The same was observed for dentin (Figure 3), except that the use of a highly abrasive dentifrice was associated with erosion with an increase in tubule exposure (Figure 3C) when compared with a low-abrasive dentifrice (Figure 3D).

Discussion
The null hypotheses tested were rejected, as the association between erosion and abrasion significantly reduced the microhardness and surface loss of bleached enamel and dentin; and higher abrasive dentifrices also led to a larger decrease in microhardness and more surface loss for dentin.

Table 1 Mean and SD for Enamel Vickers Microhardness Values

| Abrasiveness | Bleaching | Erosion | Time          | Initial      | Final       |
|--------------|-----------|---------|---------------|--------------|-------------|
|              |           |         |               | Initial      | Final       |
| Low          | W/o       | W/o     | 346.58 (18.63) A | 266.04 (9.06) B | 277.79 (7.09) B |
|              | W/o       | W/with  | 338.21 (17.70) A | 257.79 (3.42) B | 272.62 (7.47) B |
|              | W/with    | W/with  | 342.12 (19.80) A | 257.79 (3.42) B | 272.62 (7.47) B |
|              | W/with    | W/o     | 344.34 (22.37) A | 257.79 (3.42) B | 272.62 (7.47) B |
| High         | W/o       | W/o     | 343.48 (20.76) A | 273.58 (17.22) B | 275.60 (6.69) B |
|              | W/o       | W/with  | 348.60 (17.14) A | 273.58 (17.22) B | 275.60 (6.69) B |
|              | W/with    | W/o     | 339.58 (16.96) A | 258.94 (3.95) B | 275.04 (6.77) B |
|              | W/with    | W/o     | 339.66 (15.52) A | 258.94 (3.95) B | 275.04 (6.77) B |

Notes: Erosion/Abrasion refers to the groups subjected to the erosive/abrasive cycle model, and W/o refers to those without erosion/abrasion. Uppercase letters show differences within lines between the initial and final measurements. There were no significant differences between bleaching and erosive/abrasive conditions (p>0.05) and also no significant differences between the abrasiveness tested (p>0.05).
Hydrogen peroxide is the active ingredient in bleaching gels, whitening by releasing free radicals with a high capacity to oxidize the chromophore molecules responsible for tooth staining. Although this redox generally occurs only at the organic stains without dissolving the enamel matrix, long exposure periods could result in the dissolution of this matrix. This would have deleterious effects on the tooth surface, such as alterations in the enamel morphology, chemical composition, and micro-hardness values, with a few studies also describing erosive effects promoted by acidic bleaching agents. The hydrogen peroxide gel used in the present study contained 9.5% hydrogen peroxide at a neutral pH and simulated the at-home technique with daily applications of 30 min, for 14 days. The use of hydrogen peroxide instead of carbamide peroxide reduces the daily use period. The outcomes from this study indicated that, for enamel, the bleaching treatment did not predispose it to greater erosive wear. The possible microstructural changes induced by the bleaching agent may have been repaired by the adsorption and precipitation of salivary calcium and phosphate derived from the artificial saliva applied before the erosive challenge. Previous studies have reported that the abrasion resistance of enamel is reduced when the surface is eroded, which is consistent with the findings of the present study; however, an increase in enamel loss with the increasing abrasiveness of the toothpaste was not

### Table 2 Mean and SD for Dentin Vickers Microhardness Values

| Abrasiveness | Bleaching | Erosion | Time | Initial | Final |
|--------------|-----------|---------|------|---------|-------|
|              |           |         |      |         |       |
|              | W/o       | With    | 62.05 (4.60) Aa | 42.36 (2.30) Ba |
| Low          | W/o       | W/o     | 63.14 (4.86) Aa | 61.23 (4.34) Ab |
| With         | With      | W/o     | 61.92 (3.81) Aa | 42.11 (2.57) Ba* |
|              | W/o       | W/o     | 62.29 (4.50) Aa | 60.83 (2.12) Bb |
| High         | W/o       | With    | 62.58 (3.30) Aa | 42.11 (1.67) Ba |
|              | W/o       | W/o     | 62.47 (4.40) Aa | 60.64 (2.96) Ab |
| With         | With      | W/o     | 60.36 (4.29) Aa | 37.17 (2.63) Bc* |
|              | W/o       | W/o     | 62.29 (2.90) Aa | 59.99 (2.57) Bb |

**Notes:** Erosion/Abrasion refers to the groups subjected to the erosive/abrasive cycle model, and W/o refers to those without erosion/abrasion. Uppercase letters show differences within lines, between the initial and final measurements. Lowercase letters shows differences within columns, for the erosive/abrasive and bleaching conditions. The asterisk (*) shows differences between the abrasiveness (low × high) for the same condition (bleaching and erosion/abrasion) tested.

### Table 3 Mean and Standard Deviation for Surface Loss (µm)

| Substance | Bleaching | Erosion | Abrasiveness | Low | High |
|-----------|-----------|---------|--------------|-----|------|
|           |           |         |              |     |      |
| Enamel    |           |         |              |     |      |
| W/o       | With      | 0.89 (0.47) Aa | 1.23 (0.56) Ba |
|           | W/o       | 0.06 (0.03) Ab | 0.08 (0.03) Bb |
| With      | W/o       | 0.80 (0.15) Aa | 0.96 (0.24) Ba |
|           | W/o       | 0.06 (0.02) Ab | 0.08 (0.03) Bb |
| Dentin    |           |         |              |     |      |
| W/o       | With      | 3.17 (0.55) Aa * | 3.66 (0.63) Ba * |
|           | W/o       | 0.31 (0.10) Ab # | 0.98 (0.16) Bb # |
| With      | W/o       | 2.21 (0.42) Aa ** | 3.56 (0.77) Ba ** |
|           | W/o       | 0.22 (0.06) Ab ### | 0.31 (0.07) Bb ### |

**Notes:** Uppercase letters show differences within lines between the low and high abrasiveness. Lowercase letters show differences within columns for enamel and dentin separately considering the erosive/abrasive cycle. For the bleaching factor, only dentin showed differences: asterisks show differences between the absence (**/##) and presence (*/#) of bleaching considering the same condition tested.
observed (Figure 2). As this finding is consistent with that of a previous study using carbamide peroxide, both bleaching protocols (hydrogen peroxide and carbamide peroxide) might be considered safe for clinical use. Regarding the microhardness reduction found for enamel in the groups without erosion and bleaching (Table 1), the polishing procedure might have induced the formation of a slightly smooth surface, which was removed by the abrasion during the 14-day protocol used, and previously discussed.

Although bleaching is not recommended directly on dentin, it was included to evaluate the potential harmful effect of bleaching gels in patients with dentin exposed by gingival recession. Safety regulations require bleaching gels to be tested in both enamel and dentin, and therefore, we chose to investigate the influence of bleaching with erosion and abrasion on both substrates.

The results indicated that dentin was more sensitive to microhardness and surface loss after erosion/abrasion cycles and after bleaching. For dentin, the abrasiveness of the dentifrice was relevant only for surface loss, with the highly abrasive dentifrice being associated with greater loss, consistent with previous findings. The lower microhardness and higher surface loss found for the dentin groups with bleaching might indicate the oxidation of the organic matrix by the hydrogen peroxide, increasing surface loss. Consistent with the findings of the present study (Figure 3C and D), the use of a low or moderate RDA toothpaste without toothbrushing directly after acidic challenge, has been reported to decrease dentin loss,
indicating that the more abrasive dentifrice was more harmful to dentin. The presence of open tubules increases the risk for dentin hypersensitivity,\(^3\) and our results indicated that the use of highly abrasive dentifrices associated with erosion promoted more tubule exposure. Recommending a low abrasive dentifrice should be considered for patients with dentin sensitivity and a high risk of erosion, although bleaching is not contraindicated for these patients. Limitations of this in vitro study included that enamel rehardening in vitro is slow and rehardening of dentin may not occur.\(^2\) Also, the use of artificial saliva might not reflect the same remineralization induced by human saliva,\(^3\) and the absence of an acquired pellicle might have affected the findings.\(^3\) Therefore, clinical studies are indicated to confirm the results.

**Conclusions**

The use of dentifrices with high and low abrasiveness during bleaching and concomitant with erosion/abrasion cycles does not interfere in enamel microhardness but increased its loss when highly abrasive dentifrice was used. For dentin, the association of erosion and abrasion increased loss and decreased microhardness, independently of the presence or not of bleaching. Dentifrices with low abrasiveness should be used when bleaching is performed.

**Ethical Approval**

The study was carried out in accordance with the principles of the Declaration of Helsinki, and all patients signed a letter of a written consent for enrollment in the research.
and data publishing. The protocol was reviewed by the Institutional Review Board of The University of Texas Health Science Centre at San Antonio (UTHSCSA - protocol number HSC20080233N).

Disclosure

The authors report no conflicts of interest in this work.

References

1. Ganss C, Lussi A, Schluter N. The histological features and physical properties of eroded dental hard tissues. Monogr Oral Sci. 2014:25:99–107.
2. Shellis RP, Featherstone JD, Lussi A. Understanding the chemistry of dental erosion. Monogr Oral Sci. 2014:25:163–179.
3. Ganss C. Is erosive tooth wear an oral disease?. Monogr Oral Sci. 2014:25:16–21.
4. Borges AB, Torres CR, de Souza PA, Canepelle TM, Santos LF, Magalhaes AC. Bleaching gels containing calcium and fluoride: effect on enamel erosion susceptibility. Int J Dent. 2012:2012:347848. doi:10.1155/2012/347848
5. Engle K, Hara AT, Matis B, Eckert GJ, Zero DT. Erosion and abrasion of enamel and dentin associated with at-home bleaching: an in vitro study. J Amer Dent Assoc. 2010;141(5):546–551. doi:10.14219/jada.archive.2010.0227
6. Ray DS, Wiemann AH, Patel PB, Ding X, Kryscio RJ, Miller CS. Estimation of the rate of tooth wear in permanent incisors: a cross-sectional digital radiographic study. J Oral Rehab. 2015;42(6):460–466. doi:10.1111/joor.12288
7. Azrak B, Callaway A, Kurth P, Willershausen B. Influence of bleaching agents on surface roughness of sound or eroded dental enamel specimens. J Esth Rest Dent. 2010;22(6):391–399. doi:10.1111/j.1708-8240.2010.00372.x
8. Al-Omari MK, Al Nazeih AA, Kielbassa AM, Lynch E. Randomized controlled clinical trial on bleaching sensitivity and whitening efficacy of hydrogen peroxide versus combinations of hydrogen peroxide and ozone. Scientific Rep. 2018;8(1):2407. doi:10.1038/s41598-018-2078-0
9. Jiang T, Ma X, Wang Y, et al. Investigation of the effects of 30% hydrogen peroxide on human tooth enamel by Raman scattering and laser-induced fluorescence. J Biom Opt. 2008;13(1):014019. doi:10.1117/1.2870114
10. Chen HP, Chang CH, Liu JK, Chuang SF, Yang JY. Effect of fluoride containing bleaching agents on enamel surface properties. J Dent. 2008;36(9):718–725. doi:10.1016/j.jdent.2008.05.003
11. Quintela Souza de Moraes I, Nunes de Brito Silva L, Celerino de Moraes Porto IC, de Lima Neto CF, Barbosa Dos Santos N, Silveira de Mendonça Frasgo L. Effect of in-office bleaching with 35% hydrogen peroxide with and without addition of calcium on the enamel surface. Microsc Res Tech. 2015;11(78):975–981. doi:10.1002/jemt.22561
12. Borges AB, Zanatta RF, Barros AC, Silva LC, Pucci CR, Torres CR. Effect of hydrogen peroxide concentration on enamel color and microhardness. Oper Dent. 2015;40(1):96–101. doi:10.2341/13-371-L
13. Borges AB, Guimarães CA, Bresciai E, Ramos CJ, Borges AL, Rocha Gomes Torres C. Effect of incorporation of remineralizing agents into bleaching gels on the microhardness of bovine enamel in situ. J Contemp Dent Pract. 2014;15(2):195–201. doi:10.5005/jp-journals-10024-1514
14. China AL, Souza NM, Gomes YS, Alexandrino LD, Silva CM. Effect of fluoride gels on microhardness and surface roughness of bleached enamel. Open Dent J. 2014;8:188–193. doi:10.2174/1874210601408010188
15. Magalhaes JG, Marimoto AR, Torres CR, Pagani C, Teixeira SC, Barcellos DC. Microhardness change of enamel due to bleaching with in-office bleaching gels of different acidity. Acta Odont Scan. 2012;70(2):122–126. doi:10.3109/00016357.2011.600704
16. Metz MJ, Cochran MA, Matis BA, Gonzalez C, Platt JA, Lund MR. Clinical evaluation of 15% carbamide peroxide on the surface microhardness and shear bond strength of human enamel. Oper Dent. 2007;32(5):427–436. doi:10.2341/06-142
17. Lambrechts P, Braem M, Vuytske-Wauters M, Vanherle G. Quantitative in vivo wear of human enamel. J Dent Res. 1999;68(12):1752–1754. doi:10.1177/0002439898081020601
18. Mosquim V, Martines Souza B, Foratori Junior GA, Wang L, Magalhaes AC. The abrasive effect of commercial whitening toothpastes on eroded enamel. Amer J Dent. 2017;30(3):142–146.
19. Wiegand A, Schluter N. The role of oral hygiene: does toothbrushing harm?. Monogr Oral Sci. 2014;25:215–219.
20. Nakamura M, Kitasako Y, Nakashima S, Sadr A, Tagami J. Impact of toothpaste on abrasion of sound and eroded enamel: an in vitro white light interferometer study. Amer J Dent. 2015;28(5):268–272.
21. Demarco FF, Meireles SS, Sarmento HR, Dantas RV, Botero T, Tarquino SB. Erosion and abrasion on dental structures undergoing at-home bleaching. Clin Cosm Inv Dent. 2011;3:45–52. doi:10.2147/CCLIDE.S15943
22. Scaramucci T, Borges AB, Lippert F, Frank NE, Hara AT. Sodium fluoride effect on erosion-abrasion under hyposalivation simulating conditions. Arch Oral Biol. 2013;58(10):1457–1463. doi:10.1016/j.archoralbio.2013.06.004
23. Amaechi BT, Higham SM. In vitro remineralisation of eroded enamel lesions by saliva. J Dent. 2001;29(5):371–376. doi:10.1016/S0300-5712(01)00026-4
24. Joiner A. The bleaching of teeth: a review of the literature. J Dent. 2006;34(7):412–419. doi:10.1016/j.jdent.2006.02.002
25. Rodriguez JM, Austin RS, Bartlett DW. In vivo measurements of tooth wear over 12 months. Caries Res. 2012;46(1):9–15. doi:10.1159/000334786
26. Borges AB, Samezima LY, Fonseca LP, Yui KC, Borges AL, Torres CR. Influence of potentially remineralizing agents on bleached enamel microhardness. Oper Dent. 2009;34(5):593–597. doi:10.2341/08-081-L
27. Efedoglu N, Wood DJ, Efedoglu C. Thirty-five percent carbamide peroxide application causes in vitro demineralization of enamel. Dent Mat. 2007;23(7):900–904. doi:10.1016/j.dental.2006.06.032
28. Ushigome T, Takemoto S, Hattori M, Yoshinari M, Kawada E, Oda Y. Influence of peroxide treatment on bovine enamel surface–cross-sectional analysis. Dent Mat. 2009;28(7):315–323. doi:10.4012/dm.28.315
29. Hooper S, West NX, Pickles MJ, Joiner A, Newcombe RG, Addy M. Investigation of erosion and abrasion on enamel and dentine: a model in situ using toothpastes of different abrasivity. J Clin Per. 2003;30(9):802–808. doi:10.1034/j.1600-051X.2003.00367.x
30. Ganss C, Hardt M, Blazek D, Klimmek J, Schluter N. Effects of toothbrushing force on the mineral content and demineralized organic matrix of eroded dentine. Eur J Oral Sci. 2009;117(3):255–260. doi:10.1111/j.110117.cos.2009.117.issue-3
31. Ganss C, Klimmek J, Schluter N. Erosion/abrasion-preventing potential of NaF and F/Sn/chitosan toothpastes in dentine and impact of the organic matrix. Caries Res. 2014;48(2):163–169. doi:10.1159/000354679
32. West NX, Hooper SM, O’Sullivan D, et al. In situ randomised trial investigating abrasive effects of two desensitising toothpastes on dentine with acidic challenge prior to brushing. J Dent. 2012;40(1):77–85. doi:10.1016/j.jdent.2011.10.010
33. Wiegand A, Kuhn M, Sener B, Roos M, Attin T. Abrasion of eroded dentin caused by toothpaste slurries of different abrasivity and toothbrushes of different filament diameter. J Dent. 2009;37(6):480–484. doi:10.1016/j.jdent.2009.03.005
34. Liporoni et al.
34. Batista GR, Rocha Gomes Torres C, Sener B, Attin T, Wiegand A. Artificial saliva formulations versus human saliva pretreatment in dental erosion experiments. Caries Res. 2016;50(1):78–86. doi:10.1159/000443188

35. Zanatta RF, Avila D, Miyamoto KM, Torres CRG, Borges AB. Influence of surfactants and fluoride against enamel erosion. Caries Res. 2018;53(1):1–9. doi:10.1159/000488207